Implicating Nanoparticles as Potential Biodegradation Enhancers: A Review

Mayuri Bhatia*, Amandeep Girdhar, Bina Chandrakar and Archana Tiwari

School of Biotechnology, Rajiv Gandhi Proudyogiki Vishwavidhyalaya, (State Technological University of Madhya Pradesh), Bhopal, India

Abstract

Nanoparticles have entered the scientific world with varied potential applications, of which studies are often conducted in relation to pharmaceuticals as potent drug delivery systems. They perk up pharmacokinetic and pharmacodynamic properties. But, in the era of innovation the studies have revealed a novel side of nanoparticles that has shown their unique ability in enhancement of polymer degradation. Petroleum-plastics like Low Density Polyethylene (LDPE) being an unavoidable necessity, has crossed high levels of environmental pollution due to its poor waste disposal and thus, calls for better ways of its degradation management. The conventional methods have shown a limited degradation with environmental constraints which have been overcome by microbial and enzymatic process of biodegradation. Nanoparticles influence the growth profiles of LDPE degrading microorganisms to augment the biodegradation rate, a major conundrum faced. The review primarily focuses on researches related to the degradation aspect where nanoparticles have acted as enhancers of biodegradation.

Keywords: Plastics; Biodegradation; Nanoparticles

Introduction

Petroleum plastics are the most unavoidable face of our daily necessities. These are the organic polymers with high molecular mass and long linked chains of hydrocarbons with a few nitrogen, oxygen or sulfur. Their properties depend on the chemical structures, where side-chains play an important role [1] and thus, exist of various types (Figure 1). Additives are further added to get superior properties and to make them appealing (like fillers, colorants etc. [2]) but at the same time become non-degradable and hazardous to health in some cases [3].

Polyethylene wastes are normally discarded as landfill or thrown in water bodies as garbage material to decompose/degrade [4]. These synthetic plastics get aggregated at the rate 25 million per year [5] and cause an increased encumbrance on the ecosystem [6], which is presently being dealt with recycling, land filling and incineration. But these approaches have different constraints with regard to environment like recycling is a very environmentally-attractive solution, but a very small part of the plastics can be recycled where the remaining goes to the burial sites [7]. Landfills are less in number and are rarely satisfactory, whereas, incineration causes highly toxic fume generation that is released into the environment causing air pollution.

Thus, scientists look forward for an 'environment friendly' way for either replacing the synthetic plastics with bio-plastics (Figure 2) or biodegrading the petroleum plastics due to the inability of excluding them from daily life. Microbial [8] and Enzymatic [9] processes have been studied well so far in soil and water used for degradation [10-12], where usually this degradation occurs photolytically and chemically [13] (Figure 3). The changes in the molecular mass, melting temperature etc. are evident for the results of degradation [14]. A new advancement in the study is to supplement microbial degradation with nanoparticles. Nanoparticles are found to be influential on the bacterial growth profile, thus has been incorporated for degradation enhancement.

The particles of size ranging between 1-100 nm are called nanoparticles, and they are capable enough to act as a complete unit, which were given by National Nanotechnology Initiative of USA, as ultrafine particles, later gave that agglomerates of ultrafine particles is

Keywords: Plastics; Biodegradation; Nanoparticles

*Corresponding author: Mayuri Bhatia, School of Biotechnology, Rajiv Gandhi Proudyogiki Vishwavidhyalaya, (State Technological University of Madhya Pradesh), Airport Bypass Road, 426033, Bhopal, India, Tel: +91-898-946-4056; E-mail: mayurbhatia@yahoo.com

Received May 08, 2013; Accepted June 15, 2013; Published June 17, 2013

Citation: Bhatia M, Girdhar A, Chandrakar B, Tiwari A (2013) Implicating Nanoparticles as Potential Biodegradation Enhancers: A Review. J Nanomed Nanotechnol 4: 175. doi:10.4172/2157-7439.1000175

Copyright: © 2013 Bhatia M, et al. This is an open-access article distributed under the terms of the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original author and source are credited.
known as Nanopowder and their single domains are Nanocrystals [15].

This review focuses on selected nanoparticles used for biodegradation of synthetic plastics.

There are varied nanoparticles that enhance thermal, mechanical and physiochemical stability along with biodegradability [4,7,16]. Nanoparticles are used as nanoclays by forming the nanocomposites that have ultra large surface area to volume ratio, also known as clay nanocomposites. Using nanoparticles as fillers help in enhancing the material properties along with degradation. They help in achieving the activation energy faster for a process than the neat polymer [4] (Figure 4).

Bio-degradation by Microorganisms with Nanoparticles as Enhancers

Nanobarium titanate [17]

NBT is supplemented in minimal broth, to influence the growth cycle of LDPE degrading bacterial consortia. It influences lag phase, exponential phase and stationary phase and acts by reducing the duration of lag phase and increasing the duration of exponential and stationary phase. For the accelerated growth of bacterial consortia NBT is a supportive nutritional component and thus assist the consortia in plastic waste biodegradation.

The preferred particle size is 38nm with bacterial consortia of Microbacterium species strain MK3, Pseudomonas putida strain MK4 and Bacterium Te68R strain PN12 [11] (Table 1). Experiment performed with both positive and negative control with and without nanoparticles, where, nanoparticles are sonicated at 50-60 Hz for 2.5 minutes with 0.3 second cycles.

UV spectrophotometer is used for monitoring bacterial growth cycle. Consortia is removed from the LDPE by centrifugation and then evaporated to remove water. The residue is analyzed and characterized using FTIR (Table 2) and TG-DTG-DTA (Tables 3 and 4), where LDPE is taken as control. As the polymeric structure changes, a shift in λmax is observed from 209-225.3 nm. This shift takes 4 days in the absence of NBT. In the presence of NBT, the spectrum shifts from 209-224.11 nm in 2 days, showing an improved degradation action.

Fullerene 60 Nanoparticles

The Fullerene 60 nanoparticles [18] have shown a similar degradation study when used in minimal broth Davis without dextrose to influence the growth cycle of LDPE degrading bacterial consortia. These nanoparticles used at 0.01% (w/v) concentration due to the fact that they are detrimental to bacterial growth at higher concentrations like 0.25, 0.5, 1%,... etc. LDPE used with Fullerene 60 at a concentration of 5 mg/ml [19] have worked with these nanoparticles on two different consortia [5]. The bacterial strains are LDPE degrading, isolated from degrading polyethylene. They even have capability of degrading HDPE, epoxy and epoxy silicon blends [8,17,20,21]. It acts as growth accelerator for enzymes responsible for plastic waste degradation.

The bacteria growth curve analysis using UV Spectrophotometer is done to know the effect of fullerene 60 on individual strains and on consortia. The degradation process is carried out in presence of sonicated nanoparticles and the degraded product is obtained after the consortia has reached stationary phase. The degraded product obtained after centrifugation and evaporation is analyzed and characterized using FTIR (Table 2) and TG-DTG-DTA (Tables 3 and 4), where LDPE is taken as control. The polymeric structure changes making a shift in λmax is observed from 209 nm, constant for 2 days, to 220 nm, after 3 days and to 223 nm after 4 days, in absence of Fullerene 60 nanoparticles. Whereas, in the samples with fullerene 60 λmax was found to shift from 209-224.97 nm on 1st day itself, showing an improved rate of degradation.

Supermagnetic ironoxide nanoparticles

In a comparative analysis carried by Kapri et al. [5] Supermagnetic Iron Oxide Nanoparticles (SPION) have been studied in the similar way as that of NBT and Fullerene 60 nanoparticles. The SPION of particle size 10.6 nm was used for enhancing the consortium growth. The consortium considered here is Consortium I, mentioned in Table 1. The nanoparticles here have been synthesized by co-precipitation method with ammonia using ferrous chloride and ferric chloride solutions [18,20-31]. The apt particle size is obtained by XRD. The same degradation process was carried out and the analysis was done by UV, FTIR (Table 2) and Thermal Analyzer (Tables 3 and 4).

Where, UV spectrophotometer gave similar results for pure LDPE as in the case of NBT [17] and Fullerene 60 [18]. But LDPE with SPION...
a sharp shift in $\lambda_{\text{max}}$ was observed from 209 nm to 222.6 nm in a day and then it shifted to 225.62 nm in next 2 days.

The result obtained after the analysis have been provided in Tables 3 and 4. Where, the pure LDPE shown degradation in One-step weight loss and LDPE with SPION shown degradation of above 8% in Four-step weight loss.

C-O frequencies (Table 2) are not seen in case of Pure LDPE but have been observed in both LDPE with only consortia and LDPE with consortia+nanoparticles due to inclusion of O-atoms in hydrocarbon chain in latter case, where in the case of LDPE+Consortia+Nanoparticles similar peaks with reduced transmittance were observed with C-O frequency of 1044.3 cm$^{-1}$ and 1,102.1 cm$^{-1}$ [5] i n case of NBT (difference in the two values reported in two separate researches conducted by same authors, it is due to difference in the sample used), 1088.7 cm$^{-1}$ and 1087.0 cm$^{-1}$ in case of Fullerene 60 with Consortia I and II, respectively [18] and 1101.1 cm$^{-1}$ in case of SPION [5]. Consortium I and Consortium II has shown a weak peak of C-O frequency at 1023.7 cm$^{-1}$ and 1023.0 cm$^{-1}$, respectively, proving the sole efficiency of the consortium. This proves that the nanoparticles and consortia have helped to capture O$_2$ in the hydrocarbon chain which has further helped in degradation by bioactive hydrolysis [5]. C-O bond is fastened by enzymes possessed by Consortia (Figure 4).

The in vitro biodegradation has even been continued to in situ processes [5,32,33]. Although no significant changes were observed through FTIR, and thermal profiles were also more or less same, this might be due to the fact that degradation is a surface phenomenon and has little affect on the inner layers of film. Molecular mass changes were significant in case of biodegradation with nanoparticles in comparison to the control i.e., untreated LDPE. The in situ analysis data has been provided in Table 5 and the SEM micrographs with Consortium I and II+LDPE and Consortium+LDPE +Nanoparticles have been depicted in Figures 5 and 6.

For higher degradation rate and stability of Polyethylene, Polyethylene nanocomposites (PE nanocomposites) can be prepared.
either with the methods mentioned above. These have higher stability in terms of heat of distortion temperatures, flame resistance, Young’s modulus, barrier properties and thermal expansion coefficient [34].

As the studies carried out with PE Nanocomposites under biotic conditions and UV irradiations, says they help the polymer to bind O₂ for a longer duration, and even causes photodegradation, so that it can decrease the degradation time by being available to polymer[34].

### Doped and undoped TiO₂ with LDPE

TiO₂ is a semi-conductor and has been reported to have Photocatalytic Activity [35], which efficiently acts on gaseous and water contamination and is therefore used in purification. It is also been reported for removal of volatile organic compounds from indoor air, e.g. Dichloromethane…etc [36]. It has been implicated on LDPE for attaining effective biodegradation due to its photocatalytic activity [35]. The UV irradiation is responsible for efficient initiation of activity. But the absorbance it gives is below 380 nm and not in visible range, causing a reduction in the activity in vivo. Thus, doping of TiO₂ with metal dopants has been applied to overcome it by causing a shift in absorbance by modifying its chemical appearance and helps in absorbing near visible range and causes the photocatalytic activity initiation. There are a number of dopant metals that can be used. Iron, Silver and Iron with Silver have been mentioned as dopants for LDPE initiation. There are a number of dopant metals that can be used. Iron, Silver and Iron with Silver have been mentioned as dopants for LDPE initiation.

Doped TiO₂ nanoparticles can be prepared by addition of metals at 1% concentration of TiO₂ in 100 ml Distilled Water and then kept for 24 hours incubation at room temperature, after which these are dried in oven at 100°C for 12 hours. These are ground in mortar and calcinated at 500°C for 3 hours. Similarly, Fe and Ag mix TiO₂ nanoparticles are prepared by adding the dopants in 0.5% concentration of each with respect to TiO₂ amount. Whereas, in the case of undoped TiO₂ nanoparticles, TiO₂ is directly calcinated in a furnace for 3 hours at 500°C.

The LDPE-TiO₂ film were prepared and then characterized by XRD using Scherer Equation, SEM and EDS, where SEM has shown uneven distributions of dopants before degradation and Energy Dispersive Spectroscopic (EDS) analysis shown that the amount of TiO₂ is not consistent.

The photolytic and photocatalytic degradation of the undoped and doped TiO₂ samples is carried under UV light rays for 300 h, respectively. The direct photons from the UV rays irradiated the nanocomposite surface, which causes TiO₂ to enter excited level and thus cause chain scission, branchning and cross linking by oxidation reactions. Pure LDPE has shown some cavities due to escape of volatile components in polymer and doped PE has shown greater cavity due to greater escape of amorphous TiO₂ nanoparticles under SEM, hence higher degradation. FTIR analysis proved the presence of C-O and -OH frequencies with respect to pure LDPE due to incorporation of oxygen species and hydrolysis, respectively and also, the increased thickness caused dispersion of film, which further verified the results.

Higher degradation is caused in doped TiO₂ nanocomposites due their capability to act both as holes and electrons, due to which they are able to adsorb more oxygen compared to undoped TiO₂ and further release hydrogen peroxide to attack the remaining matrix; although the undoped TiO₂ degrade the sample by photolytic activity, which is showing a greater degradation than pure LDPE. So, according to the degradation ability of all three following can be deduced:

| Samples | Incubation Period (in Months) | Observations based on obtained SEM micrographs |
|---------|------------------------------|-----------------------------------------------|
| Untreated LDPE [5,32] | 0 | Smooth Surface |
|                     | 1 | Smooth Surface |
|                     | 2 | Smooth Surface |
|                     | 3 | More or Less Smooth Surface |
| LDPE + Consortia [5,32] | 0 | Smooth Surface |
|                     | 1 | Inflicted Degradation |
|                     | 2 | Cracks and Fissures (visible only at higher magnifications) |
|                     | 3 | Cracks and Fissures widened with their increased frequency of occurrence |
| LDPE + Consortia + Nanoparticles [5] | 0 | Smooth Surface |
|                     | 1 | Inflicted Degradation |
|                     | 2 | Cracks and Fissures (Even visible at lower magnifications) |
|                     | 3 | Deepened Cracks, Fissures with high number of whitened areas and cavity formation giving rise to globular white areas due to bacterial penetrations (Even visible at lower magnifications) |

Table 5: *In situ* biodegradation data of LDPE samples from soil in a period of 3 months.

| Nanocomposites | XRD | EDS | Weight Reduction | Darkness |
|----------------|-----|-----|------------------|----------|
| Pure LDPE      |     |     |                  | NO       |
| Undoped TiO₂ + LDPE | 42.52-26.72 | 100 | - | - | 3.32 | 0.65 |
| Fe/TiO₂ + LDPE | 42.52-26.72 | 99.08 | 0.92 | - | 13.49 | 11.9 |
| Ag/TiO₂ + LDPE | 42.52-11.27 | 99.09 | - | 0.91 | 13.75 | 14.8 |
| Fe + Ag/TiO₂ + LDPE | 42.52-20.09 | 98.99 | 0.48 | 0.53 | 14.34 | 13.18 |

Table 6: Analyzed data for TiO₂ nanocomposites [35].
Doped TiO\(_2\)+LDPE>Undoped TiO\(_2\)+LDPE>Pure LDPE

**Hazardous effects of TiO\(_2\)**

A number of authors have conducted studies using TiO\(_2\) and have documented it as environment friendly and safe [37-41]. But a research conducted has shown the amorphous TiO\(_2\) and SiO\(_2\) particles as hazardous when inhaled and have lead to water pollution affecting the fishes in the tested areas. The research has even found a certain cardiovascular diseases and cytotoxicity related to these particles and can cause Central Nervous disorders by translocation through the nasal cavity. The soil also gets polluted by TiO\(_2\), as it releases fumes while degradation and is even responsible for Cadmium accumulation in fish [42-46].

So to reduce the hazardous effects the nanocomposites must be recycled and should be used to the fullest of the life cycle. Although it is not an option to be considered for TiO\(_2\) films nut surely a suitable alternative for SiO\(_2\). A research related to the field has been found beneficial without compromising the polymer properties [47]. A better fixation of nanoparticles in the polymer will help the alternative in proving it to be better in use. In both the cases, using the antioxidants and changing surface properties [42,43,48,49] of nanoparticles might reduce the related hazards. If the larger sized particles are used, they are less hazardous [43].

**Inference and Future Prospects**

The weighty accumulation of plastic waste and less effective measures for its management; LDPE degradation has become a serious issue to be dealt with. Microbial degradation has been proved to be effective in certain ways. So, the researchers have found nanoparticles as enhancers of microbial degradation ability.

Nanobarium Titanate, Fullerene 60 and Supermagnetic iron oxide (SPION) have been documented to degrade LDPE with the help microbial activity enhancement. Whereas, Doped TiO\(_2\) and Undoped TiO\(_2\) nanoparticles have been embedded in the LDPE matrix while its synthesis to enhance degradation by known photocatalytic activity of TiO\(_2\) that occurs in presence of UV light and doping helps to shift the absorption range, to perform photocatalytic degradation in the presence of visible light.

Notwithstanding to environmental unfriendliness, TiO\(_2\) has been found to be cost-effective and efficient in degradation enhancement. Thus, measures for reduction of environmental hazards have been designed, where a few documented are use of antioxidants, changing surface properties, use of larger sized particles and a better fixation in the matrix.


Nanoparticles, being a new field in the advancement of study of biodegradation, have not been much explored. Therefore, there are of great interest, as found to be valuable in researches conducted. So, this aspect has got potential to be explored with other documented nanoparticles like Cobalt ferrite and other silica-based nanoparticles that influence the bacterial growth profiles. The degradation mechanisms are also not known in much detail and consequently open a new direction for biodegradation related studies, to make the area sound and helpful at commercial level.

Therefore, the implications of nanoparticles have got wide applications as biodegradation enhancers of synthetic plastics and can act as a benign solution.

References

1. Schimmel KA, Lou J, Kuziwianza P, Harinath AV, Uilenham L (2004) Biodegradable Polymer Characterization Laboratory Unit. Proceedings of the 2004 American Society for Engineering Education Annual Conference & Exposition.
2. (2002-2013) Types of Plastics, Transport Information Service.
3. Nayak P, Tiwari A (2011) Biodegradation of polythene and plastic by the help of microbial tools: a recent approach. International Journal of Biomedical and Advance Research 2: 344-355.
4. Chrisafis K, Antoniadis G, Paraskevopoulos KM, Vassiliou A, Bikiaris D (2007) Comparative study of the effect of different nanoparticles on the mechanical properties and thermal degradation mechanism of in situ prepared poly(ε-caprolactone) nanocomposites. Composites Science and Technology 67: 2165-2174.
5. Kapri A, Zaidi MG, Goel R (2010) Implications of SPION and NBT nanoparticles upon in-vitro and in-situ biodegradation of LDPE film. J Microbiol Biotechnol 20: 1032-1041.
6. Bhardwaj H, Gupta R, Tiwari A (2012) Communities of microbial enzymes associated with biodegradation of plastics. Journal of Polymers and the Environment 21: 575-579.
7. Eli M, Shameski K, Ibrahim NA, Wan Yunus WMZ (2012) Degradability Enhancement of Poly (Lactic Acid) by Stearate-Zn3+ LDH Nanolayers. Int J Mol Sci 13: 7938-7951.
8. Satlewal A, Soni R, Zaidi M, Shouche Y, Goel R (2008) Comparative biodegradation of HDPE and LDPE using an indigenously developed microbial consortium. J Microbiol Biotechnol 18: 477-482.
9. El-Naggary MM, Farag MG (2010) Physical and biological treatments of polyethylene-rice starch plastic films. J Hazard Mater 176: 878-883.
10. Chandra R, Rustgi R (1998) Biodegradable polymers. Prog Polym Sci 23: 1273-1335.
11. Scherer TM, Fuller RC, Lenz RW, Goodwin S (1999) Hydrolase activity of an extracellular depolymerase from Aspergillus fumigatus with bacterial and synthetic polyethers. Polymer Degradation and Stability 64: 267-275.
12. Umare SS, Chandure AS, Pandey RA (2007) Synthesis, characterization and biodegradable studies of 1,3-propanediol based polymers. Polymer Degradation and Stability 92: 464-479.
13. Zheng Y, Yanful EK, Bassi AS (2005) A review of plastic waste biodegradation. Crit Rev Biotechnol 25: 243-250.
14. Ahmann D, Dorgan JR (2004) Bioengineering for Pollution Prevention through Development of Biobased Energy and Materials State of the Science Report.
15. Simonis F, Schiltzhuizen S (2006) Nanotechnology: innovation opportunities for tomorrow’s defense.
16. Singh NK, Purkayastha BD, Roy JK, Banik RM, Yashpal M, et al. (2010) Nanoparticle-induced controlled biodegradation and its mechanism in poly (ε-caprolactone). ACS Applied Materials & Interfaces 2: 69-81.
17. Kapri A, Zaidi MGH, Goel R (2009) Nanobarium titanate as supplement to accelerate plastic waste biodegradation by indigenous bacterial consortia. AIP Conf Proc 1147: 469-474.
18. Sah A, Kapri A, Zaidi MG, Negi H, Goel R (2010) Implications of fullerene-60 upon in-vitro LDPE biodegradation. J Microbiol Biotechnol 20: 909-916.
19. Kapri A, Zaidi MGH, Satlewal A, Goel R (2010) SPION-accelerated biodegradation of low-density polyethylene by indigenous microbial consortium. International Biodeterioration & Biodegradation 64: 238-244.
20. Negi H, Kapri A, Zaidi M, Satlewal A, Goel R (2009) Comparative in-vitro biodegradation studies of epoxy and its silicone blend by selected microbial consortia. International Biodeterioration & Biodegradation 63: 553-558.
21. Soni R, Kapri A, Zaidi MGH, Goel R (2009) Comparative biodegradation studies of non-poronized and poronized LDPE using indigenous microbial consortium. Journal of Polymers and the Environment 17: 233-239.
22. Ahmad I, Pichtel J, Hayat S (2008) Plant-bacteria interactions: strategies and techniques to promote plant growth. Wiley-Blackwell, 330 pages.
23. Matsuanga T, Okochi M (1995) TiO2-mediated photochemical disinfection of Escherichia coli using optical fibers. Environ Sci Technol 29: 501-505.
24. Neal AL (2008) What can be inferred from bacteria-nanoparticle interactions about the potential consequences of environmental exposure to nanoparticles? Ecotoxicology 17: 362-371.
25. Oka H, Tomioka T, Tomita K, Nishino A, Ueda S (1994) Inactivation of enveloped viruses by a silver-thiosulfate complex. Met Based Drugs 1: 511.
26. Oloffs A, Grosse-Siebytes C, Bisson S, Rinck M, Rudolph R, et al. (1994) Biocompatibility of silver-coated polyurethane catheters and silvercoated Dacron® material. Biomaterials 15: 753-758.
27. Pérez L, Flores M, Avalos J, San Miguel L, Resto O, et al. (2002) Comparative study of the growth curves of B. subtilis, K. pneumoniae, C. xerosis and E. coli bacteria in medium containing nanometric silicon particles. MRS Proceedings, 737.
28. Rana S, Misra RDK (2005) The anti-microbial activity of tita-nickel ferrite composite nanoparticles. JOM 57: 85-69.
29. Soni R, Kumari S, Zaidi MG, Shouche YS, Goel R (2008) Practical applications of Rhizosporia bacteria in biodegradation of polymers from plastic wastes. Plant-Bacteria Interactions: Strategies and Techniques to Promote Plant Growth.
30. Williams DN, Ehrman SH, Pulliam Holoman TR (2006) Evaluation of the microbial growth response to inorganic nanoparticles. J Nanobiotechnology 4: 3.
31. Zaidi MGH, Sah PL, Alam S, Rai AK (2009) Synthesis of epoxy ferrie nanocomposites in supercritical carbon dioxide. Journal of Experimental Nanoscience 4: 55-66.
32. Negi H, Gupta S, Zaidi M, Goel R (2011) Studies on biodegradation of LDPE film in the presence of potential bacterial consortia enriched soil. Biologia 57.
33. Sah A, Negi H, Kapri A, Anwar S, Goel R (2011) Comparative shelf life and efficacy of LDPE and PVC degrading bacterial consortia under biofiltration. Ekologia 57.
34. Pandey JK, Raghunatha Reddy K, Prathheep Kumar A, Singh RP (2005) An overview on the degradability of polymer nanocomposites. Polymer Degradation and Stability 88: 234-250.
35. Asghar W, Qazi IA, Ilyas H, Khan AA, Awan MA, et al. (2011) Comparative solid phase photocatalytic degradations of polythene films with doped and undoped TiO2 nanoparticles. Journal of Nanomaterials 2011
36. Kowit S, Winai L, Wipada S, Waranya P, Jittiporn K (2012) Photo catalytic oxidation activity of carbon supported nano TiO2-LDPE film. Journal of Environmental Research and Development 7: 45-50.
37. Mosurkal R, Samuelson L, Smith K, Westmoreland P, Parmar VS, et al. (2008) Nanocomposites of TiO2 and silicon carbide polymers as environmentally safe flame-retardant materials. Journal of Macromolecular Science, Part A: Pure and Applied Chemistry 45: 943-947.
38. Nakayama N, Hayashi T (2007) Preparation and characterization of poly (l-lactic acid)/TiO2<sub>2</sub> nanoparticle nanocomposite films with high transparency and efficient photodegradability. Polymer degradation and stability 82: 1255-1264.
39. Zan L, Tian L, Liu Z, Peng Z (2004) A new polystyrene-TiO2 nanocomposite film and its photocatalytic degradation. Applied Catalysis A: General 242.
40. Kubacka A, Serrano C, Ferrer M, Lüs神奇 D, Bielecki P, et al. (2007) High-performance dual-action polymer-TiO2 nanocomposite films via melting processing. Nano Lett 7: 2529-2534.
41. Mizutani T, Arai K, Miyamoto M, Kimura Y (2006) Application of silica-containing nano-composite emulsion to wall paint: a new environmentally safe paint of high performance. Progress in Organic Coatings 55: 276-283.

42. Reijnders L (2006) Cleaner nanotechnology and hazard reduction of manufactured nanoparticles. Journal of Cleaner Production 14: 124-133.

43. Reijnders L (2008) Hazard reduction in nanotechnology. Journal of Industrial Ecology 12: 297-306.

44. Reijnders L (2008) Hazard reduction for the application of Titania nanoparticles in environmental technology. J Hazard Mater 152: 440-445.

45. Singh S, Shi T, Duffin R, Albrecht C, van Berlo D, et al. (2007) Endocytosis, oxidative stress and IL-8 expression in human lung epithelial cells upon treatment with fine and ultrafine TiO2: role of the specific surface area and of surface methylation of the particles. Toxicol Appl Pharmacol 222: 141-151.

46. Warheit DB, Webb TR, Reed KL, Frerichs S, Sayes CM (2007) Pulmonary toxicity study in rats with three forms of ultrafine TiO2 particles: Differential responses related to surface properties. Toxicology 230: 90-104.

47. Thompson M, Yeung K (2006) Recyclability of a layered silicate–thermoplastic olefin elastomer nanocomposite. Polymer Degradation and Stability 91: 2396-2407.

48. Moczo J, Pukanszky B (2008) Polymer micro and nanocomposites: structure, interactions, properties. Journal of Industrial and Engineering Chemistry 14: 535-563.

49. Reijnders L (2007) Biological effects of nanoparticles used as glidants in powders. Powder Technology 175: 142-145.

50. Tokiwa Y, Calabia BP, Ugwu CU, Alba S (2009) Biodegradability of plastics. Int J Mol Sci 10: 3722-3742.

51. Ma TC, Chan PL, Lawford H, Chua H, Lo WH, et al. (2005) Microbial synthesis and characterization of physiochemical properties of polyhydroxyalkanoates (PHAs) produced by bacteria isolated from activated sludge obtained from the municipal wastewater works in Hong Kong. Appl Biochem Biotechnol 121-124: 731-739.

52. Van Beilen JB, Poirier Y (2008) Production of renewable polymers from crop plants. Plant J 54: 684-701.